Staging superstructures in high-Tc Sr/O co-doped La$_{2-x}$Sr$_x$CuO$_4+y$

Ray, P. J.; Andersen, Niels Hessel; Jensen, Thomas Bagger Stibius; Mohottala, H. E.; Niedermayer, Ch; Lefmann, K.; Wells, B. O.; von Zimmermann, M.; Udby, L.

Published in:
Physical Review B

Link to article, DOI:
10.1103/PhysRevB.96.174106

Publication date:
2017

Document Version
Publisher's PDF, also known as Version of record

Link back to DTU Orbit

Citation (APA):

DTU Library
Technical Information Center of Denmark

General rights
Copyright and moral rights for the publications made accessible in the public portal are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.

- Users may download and print one copy of any publication from the public portal for the purpose of private study or research.
- You may not further distribute the material or use it for any profit-making activity or commercial gain
- You may freely distribute the URL identifying the publication in the public portal

If you believe that this document breaches copyright please contact us providing details, and we will remove access to the work immediately and investigate your claim.
Staging superstructures in high-\(T_c\) Sr/O codoped \(\text{La}_{2-x}\text{Sr}_x\text{CuO}_{4+y}\)

P. J. Ray,1,* N. H. Andersen,2 T. B. S. Jensen,2 H. E. Mhottala,3,4 Ch. Niedermayer,5 K. Lefmann,1 B. O. Wells,3 M. v. Zimmermann,6 and L. Udby1

1Nanoscience Center, Niels Bohr Institute, University of Copenhagen, DK-2100 Copenhagen, Denmark
2Physics Department, Technical University of Denmark, DK-2800 Kgs. Lyngby, Denmark
3Department of Physics, University of Connecticut, U-3046, 2152 Hillside Road, Storrs, Connecticut 06269-3046, USA
4Department of Physics, University of Hartford, 200, Bloomfield Ave., West Hartford, Connecticut 06117, USA
5Laboratory for Neutron Scattering, ETHZ & PSI, Ch-5232 Villigen PSI, Switzerland
6Deutsches Elektronen-Synchroton DESY, Notkestr. 85, 22603 Hamburg, Germany

(Received 20 January 2017; revised manuscript received 16 August 2017; published 9 November 2017)

We present high-energy x-ray diffraction studies on the structural phases of an optimal high-\(T_c\) superconductor \(\text{La}_{2-x}\text{Sr}_x\text{CuO}_{4+y}\) tailored by co-hole-doping. This is specifically done by varying the content of two very different chemical species, Sr and O, respectively, in order to study the influence of each. A superstructure known as staging is observed in all samples, with the staging number \(n\) increasing for higher Sr dopings \(x\). We find that the staging phases emerge abruptly with temperature, and can be described as a second-order phase transition with transition temperatures slightly depending on the Sr doping. The Sr appears to correlate the interstitial oxygen in a way that stabilizes the reproducibility of the staging phase both in terms of staging period and volume fraction in a specific sample. The structural details as investigated in this paper appear to have no direct bearing on the electronic phase separation previously observed in the same samples. This provides evidence that the electronic phase separation is determined by the overall hole concentration rather than specific Sr/O content and concomitant structural details.

DOI: 10.1103/PhysRevB.96.174106

I. INTRODUCTION

The rich phase diagram of the superconducting cuprates continues to motivate new investigations for the mechanism behind high-\(T_c\) superconductivity in these materials [1–8]. In samples where hole doping is performed by chemical substitution of La for Sr to give \(\text{La}_{2-x}\text{Sr}_x\text{CuO}_4\), it is well known that the details of the superconducting and magnetic phases strongly depend on \(x\). Evidence for electronic phase separation, which can possibly be explained by the formation of percolative hole networks [9,10], has been given in samples which are instead hole doped with oxygen to give \(\text{La}_{2}\text{CuO}_{4+y}\). The details depend on \(y\), but one electronic phase is a bulk superconductor with discrete \(T_c\) in the range 30–45 K, while the other is an antiferromagnetic phase which is commensurate with the periodicity of the intercalated oxygen layers in terms of \(\text{NiO}_6\) spacings. A similar superstructure has been observed in \(\text{La}_{2}\text{CuO}_{4+y}\) [18,19], and in both compounds the staging number is expected to decrease with increased oxygen concentration along with smaller shifts associated with increased quenching temperature [16,18,20]. An illustration of this superstructure is shown in Figs. 1(a)–1(c).

In order to study the role of the mobile versus localized dopants, we have prepared single crystals of \(\text{La}_{2-x}\text{Sr}_x\text{CuO}_{4+y}\), hole doped to a level of 0.125 \(\leq n_h \leq 0.16\) by a combination of Sr chemical substitution and intercalation of O [21]. We have previously investigated the superconducting and magnetic properties and found that a unique superconducting phase and a unique striplike magnetic phase is present in all Sr/O codoped samples with remarkably coinciding transition temperatures \(T_c \approx T_N \approx 40\) K regardless of \(x\) [21,22]. See Supplemental Material [23] for an estimate of the oxygen contents.

In this work, we investigate the structural impacts of this co-hole-doping by combining Sr substitution for La and intercalation of oxygen. We find that each of the investigated samples exhibit staging, or hints of staging.

II. METHODS

The samples studied in this work are the same single crystals with Sr doping \(x = 0.00, 0.04, 0.065,\) and 0.09 as first studied in Ref. [21]. The \(x = 0.00\) crystal was grown in a crucible, while the others were grown by the traveling solvent floating zone method in an optical furnace. The crystals were electrochemically oxidized through electrolysis in a \(\text{NaOH}\) solution bath [18].

X-ray scattering data presented in this work were performed at the high-energy x-ray (100 keV) triple-axis diffractometer BW5 [24] at the now decommissioned DORIS III storage ring
FIG. 1. Illustration of relevant structures, with only CuO₆ octahedra and interstitial oxygen shown. (a) Tetragonal F4/mmm and (b) orthorhombic Bmab structures of La₂₋ₓSrₓCuO₄ seen along the a axis. (c) Example of a staged structure caused by layers of favorable positions for interstitial oxygen due to tilt flip domain borders. Figure inspired by [13,17,18]. (d) Map of investigations of the [014] plane close to the staging peak pairs close to (014) and (032). The intensity of each pair of peaks has been scaled for visibility. Blue dashed arcs are centered in origo, showing how the resolution function is widest transverse to q. Green lines mark out the FWHM of the long axis for each peak.

at DESY, Germany. The beam size for this instrument at the sample position was between 1 × 1 and 2 × 2 mm², while the used samples had typical dimensions of 1 to 5 mm. In all experiments, the crystals were cooled with <2 K/min unless specifically stated otherwise. The slow cooling rate should allow reproducible ordering of the intercalated oxygen [16].

Throughout this work, the Miller indices refer to the orthorhombic Bmab notation (a < b < c, a and b in the range 5.3–5.4 Å and c in the range 13.0–13.2 Å for our samples), also in the tetragonal state above the transition temperature where the unit cell is described in the space group F4/mmm (where the more conventional setting is I4/mmm).

III. RESULTS

We have mapped areas of the [0KL] plane close to Bmab allowed positions in a Sr/O codoped crystal with x = 0.04 by sample rotation scans, as shown in Fig. 1(d). Superstructure peaks are observed with positions corresponding to a modulated structure along the c axis in a similar manner as the staging in La₂NiO₄₊y. The observed superstructure peaks are broadened transverse to the scattering vector, along the dashed arcs, with FWHM between 1.4° and 3.4°, and specifically 2.25(5)° for the staging peak pairs close to (014). For comparison, the transverse spread of the close-by fundamental Bragg reflection (004) is FWHM = 0.3°, which means the transverse broadening is intrinsic to the superstructures. Along the scattering vector of the superstructure peak, the FWHM is between 0.25 and 0.34 Å⁻¹, which is much more than the FWHM = 0.009 Å⁻¹ of close-by (004). This means that the distribution of unit-cell lengths in the staged volume of the sample is broader than for the unstaged volume. This is also reflected in the noninteger values and distribution width of the staging period values discussed below.

In order to identify and characterize the superstructures as function of Sr content, further measurements were done by scans along l through the Bmab allowed reflection (014) in the four samples. Figure 2 shows examples of these scans at low temperatures for each of the samples. In all samples, a peak at the Bmab allowed position (014) is observed. In order to analyze the data further, we relate the reciprocal distance from the (014) position Δl to the staging number n by

$$n = \frac{1}{\Delta l}. \quad (1)$$

FIG. 2. Low-temperature data for the four samples. The plots for the x = 0.00, 0.065, and 0.09 samples are cut off from the maximum intensities of 101.4, 196.5, and 196.9, respectively, to show the staging peaks. The inset plot in the bottom panel shows a zoom for clarity. Black lines indicate error bars, and are in general smaller than the data symbols. Red thick curves show full fits of the spectra, composed of the sum of individual peaks (thin orange curves) and a flat background. Vertical green lines indicate integer n staging. The relative intensity r is calculated from the integrated intensities as given in Eq. (2).
critical scattering (close to transition temperatures). From the fits due to order-parameter saturation (low temperatures) and the effects (varying between samples due to varying sizes/shapes) and thus not fitted for normalization purposes.

Although no staging is visible to the naked eye in the data for the 0.2 sample, we found that the best fit of the data was to a large central Bmab peak with small shoulders reminiscent of staging with a very high n. Although no staging is visible to the naked eye in the data for the x = 0.09 sample, we found that the best fit of the data was to a large central Bmab peak with small shoulders reminiscent of staging with a very high n.

The relation between the staged and nonstaged phases, calculated as the relative integrated intensity \( r_I \) between the average of the two largest staging peaks \( I_{\text{staging}} \) and the central Bmab peak \( I_{\text{Bmab}} \),

\[
   r_I = \frac{I_{\text{staging}}}{I_{\text{Bmab}}},
\]

is also shown in Fig. 2. The relative integrated intensity is used as a measure of the amount of the sample which is staged.1

FIG. 3. Temperature dependence of integrated intensities of staging peaks (red triangles for low l and yellow squares for high l) and central peaks (blue circles). Lines for the staging data are power-law fits to the filled markers only. Empty markers are excluded from the fits due to order-parameter saturation (low temperatures) and critical scattering (close to transition temperatures).

Scans similar to those in Fig. 2 were taken at various temperatures and the data were fitted to the best Lorentzian and/or Gaussian peak shapes in order to obtain individual integrated intensities, positions, and widths for each peak. The integrated intensities for the central Bmab peak and the staging peaks (for the x = 0.00 sample only the most intense pair of staging peaks) are shown in Fig. 3. Each data set shows phase transitions with varying transition temperatures and decay rates for the Bmab and staging peaks, respectively. Note, however, that the staging peaks are comparable in intensity and widths by pairs, and that for all samples the staging transition appears quite abruptly. The x = 0.00 Bmab peak data did not show a phase transition below room temperature, which is in accordance with earlier investigations [25].

The staging transition is most clearly interpreted in the x = 0.04 sample, wherefore we have chosen to analyze these data in more detail and generalize the observations to the other samples where applicable. For each temperature, the scan was fit to three Lorentzians (with positions and widths plotted in Fig. 4). A small difference observed between the position of the observed Bmab peaks and the center between the positions of the staging peaks indicated a phase separation between the staged and nonstaged parts of the samples with slightly different c-axis lengths. Furthermore, since the staging transition temperature is higher than the Bmab transition temperature at least in the x = 0.04 sample, staging cannot be a superstructure of Bmab within the same sample volume. This confirms earlier results on oxygen-only doped compounds [16,18,26]. As the relative intensity of the (014) and staging peaks seen in Fig. 3 does not depend monotonically on Sr content, we also believe that the specific amount of staged/nonstaged volume in each sample does not depend (monotonically) on Sr content. Finally, the width of the staging peaks is seen to diverge close to the transition in the right part of Fig. 4, as expected from a second-order phase transition.

The staging temperature data in Fig. 3 were fit with a power law as shown for the x = 0.04 sample with a solid line. We use a method commonly used for perovskites [27] to...
exclude low-temperature data points due to saturation of the signal, and data points just above the transition due to critical scattering. The power-law fit yields $T_{\text{staging}} = 215.8(7)$ K, which is a significantly smaller transition temperature than in the nickelates [17]. The obtained critical exponents $2\beta$ for the staging peaks are $0.312(14)$ and $0.36(2)$, respectively, which fall between two-dimensional (2D) and three-dimensional (3D) Ising models, leaning closer to the 2D model [28]. This leads us to speculate that similar 2D directional kinetics could be behind the formation of the staging superstructures.

In order to analyze staging in the more difficult data sets for some of the other samples, it was necessary to use a gradient analysis method to fix the transition temperature before fitting with a power law, the results of which are shown as dashed lines in Fig. 3. We observe an indication of slightly increasing transition temperature with $x$ and comparable critical exponents, with the exception of the improbably low exponent we found for the $x = 0.00$ sample, possibly caused by our exclusion of data points due to a second, overlapping, phase transition at higher temperature stemming from a staging phase with higher $n$.

The Bmnb transition is clearly much more gradual (extending more than 100 K) than the fast staging transition for the $x = 0.04$ sample. This also seems to apply for the other samples, although the conclusion is less clear because of the fewer data points around the transition ($x = 0.065, 0.09$) or lack of data above room temperature ($x = 0.00, 0.09$). This indicates a different mechanism behind the growth of the Bmnb volumes than the staging volumes. A similar gradual transition as seen in the Bmnb volume of our samples has also been observed in similar systems on peak positions which were forbidden according to the average or majority structure of the sample [17,29]. In the chemically similar compound La$_{2-x}$Ba$_x$CuO$_4$ octahedral tilt fluctuations can average to look like low-temperature orthorhombic (LTO) structure [30] which may be related to our case. For our range of Sr doping values, both staging and Bmnb transition temperatures are below the Bmnb transition temperature of the corresponding oxygen-stoichiometric compound [31] (an overview is shown in the Supplemental Material [23]).

Finally, an investigation of the effect of cooling rate was performed on the $x = 0.00$ and $0.04$ samples, as shown in Fig. 5. The same scans as previously described and shown in Fig. 2 were performed after fast (>2 K/min) and slow (<2 K/min) cooling rates. We see clear stage 2, 3, and 4 peaks after the first fast cool, but also some diffuse signal close to the central Bmnb peak, while the second slow cool only manages to produce stage 5 on top of the diffuse signal. In the sample with Sr, however, the cooling rate has no effect on the scattering pattern, which is dominated by stage 5.

2We define the transition temperature as the temperature where the slope of the data curve is at a maximum, following Ref. [45]. In order to do this analysis, the integrated intensity data have been interpolated linearly and smoothed with a low-pass Butterworth filter, allowing us to find the gradient in a meaningful way. This method gave results in agreement with the results found directly through fitting in the data sets where this was possible, and is detailed further in the Supplemental Material [23].

![Graph showing intensity vs. temperature for different cooling rates](attachment:Graph.png)

**FIG. 5.** Cooling history dependency of the measured signals for the $x = 0.00$ (top) and $x = 0.04$ (bottom) samples. The top scattering pattern is changed remarkably from the one shown in the top plot of Fig. 2 because of the initial fast cool.

IV. DISCUSSION

The staging numbers found for the oxygen-only doped sample fit well with previously found values for similar samples [18], while the staging observed in the three Sr-doped samples have increasing staging numbers following increasing Sr doping. The peak shoulders observed for the $x = 0.09$ sample are analyzed as staging, with staging numbers of up to 90, which seem very high. However, analyzing the widths of the fitted staging peaks for the samples gives an indication of the correlation lengths, which do indeed allow for such long-range interactions. Typical widths of low-temperature staging peaks along $l$ for the $x = 0.09$ sample are HWHM = $0.0022 \mu m^{-1}$, corresponding to typical core parallel lengths in the order of $\pi / \text{HWHM} = 1400 \mu m$ (assuming experimental resolution is negligible), or about 110 unit cells along c. This is indeed a larger core parallel length than the $n/2 = 44.5$ unit cells needed for inferring a staging number of 90 for the sample.

The Bmnb (014) peak observed for the $x = 0.04$ sample was heavily suppressed, which could either be due to a Sr doping-induced minimum in the scattering intensity for the reflection or, more likely, be an indication of the staged phase, which does not exhibit the central Bmnb peak, being a very large part of the sample, hence showing only the staging peaks with high intensity [18]. The Bmnb peak decreased gradually with temperature similarly to what has been observed previously for optimally Sr-doped La$_{1.86}$Sr$_{0.14}$CuO$_4$ [32]. The nature of the HTT-LTO transition was described by the same author as largely being displacive and continuous, whereas another author has suggested that substantial CuO$_4$ octahedral tilt (and concomitant charge) disorder is present in optimal and underdoped La$_{2-x}$Sr$_x$CuO$_4$ [33,34]. Further studies, possibly including other codoped samples with low $x$ and a larger Bmnb volume fraction, are needed in order to rule out either explanation here.

An estimate of the relative volume fractions of the staged/nonstaged structural phase was given by the ratio of integrated intensities $r_j$ [Eq. (2)] shown in Fig. 2. For each sample, this ratio has a completely different value than the ratio of the superconducting and magnetic volume fractions, which are (in order of low to high $x$) 0.56, 0.79, 4.26, and 1.13 (these values are calculated in the Supplemental Material).
From the transition temperature of the staging peaks observed in Fig. 3, it is seen that a higher Sr doping results in a harder binding of the staged phase, observed as a tendency for increasing transition temperature. This indicates that the Sr could be correlating the staging oxygen, keeping them in a more stable position than what would be the case at La-only sites. Assuming a second-order phase transition approach to the transitions for the staging signals, as was argued for the $x = 0.04$ sample, with the widths seen in Fig. 4, the critical exponents for the Sr-doped samples were all in the range between the 2D and 3D Ising models. At the same time, Sr defects seem to promote faster diffusion of the intercalated oxygen than in oxygen-only doped samples. Thus, Sr/O codoping allows equilibrium to be reached and the same staging pattern evolved even at fast cooling rates, in contrast to oxygen-only doped samples. We therefore suggest that future studies of oxygenated samples consider codoping to avoid temperature hysteresis.

Possibly our most important observation in the codoped samples is that the characteristics of the staging patterns, which represent structural modulations along the $c$ axis, do not influence the electronic low-temperature state which is phase separated between an optimal bulk superconductor with high $T_c \approx 40$ K [21] and low pinning [35] and a long-range ordered stripelike modulated antiferromagnet with $T_N \approx T_c \approx 40$ K [22]. The coexistence of similar electronic phases has been explained in other cuprates as being intertwined in a spatially self-organized pattern with order parameters modulated along the $c$ axis [36,37]. These systems (La$_{2-x}$Ba$_x$CuO$_4$, La$_{2-x}$Nd$_x$Sr$_x$CuO$_4$, YBa$_2$Cu$_3$O$_{6+y}$), however, all seem frustrated such that either bulk 3D superconductivity [38,39] or static antiferromagnetic order [40] is suppressed. In some cases, evidence for 2D superconducting correlations has been observed for temperatures close to our $T_c$ [41,42]. We infer that intercalation of oxygen apparently lifts both the frustration of the Josephson coupling (since $T_c$ is optimal in all samples) as well as stabilizes the magnetic order in a long-range modulated antiferromagnetic pattern with period $\sim 8$.

ACKNOWLEDGMENTS

This work was supported by the Danish Agency for Science Technology and Innovation under the Framework Programme on Superconductivity and the Danish Research Council FNU through the instrument center DANSCATT. Sample oxidation, initial data collection, and discussion of results at the University of Connecticut was supported by the US Department of Energy-BES under Contract No. DE-FG02-00ER45801. Samples were grown by F. C. Chou, Center for Condensed Matter Sciences, National Taiwan University, Taipei 10617, Taiwan. The experimental results presented in this work were obtained at the BW5 beamline at the DORIS synchrotron, Deutsches Elektronen-Synchrotron, Hamburg, Germany.

See Supplemental Material at http://link.aps.org/supplemental/ for details and further discussions. This includes estimates for the doped oxygen content in the samples, an overview of the alternative gradient analyses, this includes estimates for the doped oxygen content in the samples, scans of structural peaks for the staging of the samples and for $B_{nnab}$ in oxygen-stoichiometric samples, scans of structural peaks for the $x = 0.065$ and 0.09 samples, and a small discussion of the instrument resolution. The Supplemental Material also includes Refs. [43–45].

See Supplemental Material at http://link.aps.org/supplemental/10.1103/PhysRevB.96.174106 for details and further discussions. This includes estimates for the doped oxygen content in the samples, an overview of the alternative gradient analysis, discussion of possibly overlapping staging peaks for the $x = 0.00$ sample, a comparison of transition temperatures of the samples, an overview of the alternative gradient analyses. This includes estimates for the doped oxygen content in the samples, and a small discussion of the instrument resolution. The Supplemental Material also includes Refs. [43–45].